# M agnetic coupling in $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ and $\mathrm{M} \mathrm{nCr} \mathrm{r}_{2} \mathrm{O}_{4}$ : an LSDA+U study 

C laude E derer
D epartm ent of Physics, C olum bia U niversity, 538 W est 120 th Street, New York, NY 10027, U.S.A $\square$
M atej K om elj
Jozef Stefan Institute, Jam ova 39, SI-1000 L jubljana, Slovenia
(D ated: M arch 23,2024 )


#### Abstract

W epresent a rst principles LSD A + U study of the magnetic coupling constants in the spinelm agnets $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ and $\mathrm{M} \mathrm{nCr} \mathrm{r}_{2} \mathrm{O}_{4}$. O ur calcu lated coupling constants high light the possible im portance of AA interactions in spinel system $s w$ ith $m$ agnetic ions on both A and B sites. Furtherm ore, we show that a carefulanalysis of the dependence of the $m$ agnetic coupling constants on the LSD A $+U$ param eters provides valuable insights in the underlying coupling $m$ echan ism $s$, and allow $s$ to obtain a quantitative estim ate of the $m$ agnetic coupling constants. W e discuss in detail the capabilities and possible pitfalls of the LSDA $+U \mathrm{~m}$ ethod in determ ining $m$ agnetic coupling constants in com plex transition $m$ etal oxides.


## I. INTRODUCTION

G eom etrically frustrated spin system $s$ exhibit a low tem perature behavior that is fundam entally di erent from conventional (non-frustrated) spin system $\mathrm{s} . \frac{1,2}{} \mathrm{~T}$ he incom patibility between local interactions and global sym $m$ etry in geom etrically frustrated $m$ agnets leads to a macroscopic degeneracy that prevents these system s from ordering. In som e cases this degeneracy is lifted by further neighbor interactions or by a sym $m$ etry-breaking lattice distortion, resulting in ordered spin structures at tem peratures that are signi cantly lower than what would be expected sim ply from the strength of the nearest neighbor interaction. Since usually several di erent ordered con gurations with com parable energy exist in these system $s$, a very rich low tem perature phase diagram can be observed.

Recently, it has been found in various $m$ agnetic spinel system $S$ (generalchem icalform ula: A B $2_{2} X_{4}$ ) that the geo$m$ etrical frustration am ong the $B$ sites in the spinelstructure can give rise to pronounced e ects due to spin-lattice coupling. In $\mathrm{ZnCr}_{2} \mathrm{O}_{4}$ and $\mathrm{CdCr}_{2} \mathrm{O}_{4}$ the m acroscopic degeneracy is lifted by a tetragonal lattice distortion, resulting in com plicated non-collinear spin ordering. ${ }^{3,4}$ In addition, a pronounced splitting ofcertain phonon $m$ odes due to strong spin-phonon coupling has been found in $\mathrm{ZnCr}_{2} \mathrm{O}_{4}$ 5,6 N on-collinear spiral m agnetic ordering at low tem peratures has also been found in $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ and $\mathrm{M} \mathrm{nCr} r_{2} \mathrm{O}_{4}{ }^{\frac{7}{2}, 8}$ where the presence of a second m agnetic cation on the spinelA site lifts the $m$ acroscopic degeneracy. Such non-collinear spiralm agnetic order can break spatial inversion sym $m$ etry and lead to the appearance of a sm allelectric polarization and pronounced $m$ agnetoelectric coupling. ${ }^{9,10}$ Indeed, dielectric anom alies at the $m$ agnetic transition tem peratures have been found in polycrystalline $\mathrm{CoC} \mathrm{r}_{2} \mathrm{O}_{4} \frac{11}{1}$ and recently a sm all electric polarization has been detected in single crystals of the sam em aterial ${ }^{12} \mathrm{M}$ agnetic spinels therefore constitute a particularly interesting class of frustrated spin system s exhibiting various form $s$ of coupling betw een their $m$ agnetic and structural properties. Furtherm ore, both A
and B sites in the spinel structure can be occupied by various $m$ agnetic ions and sim ultaneously the $X$ anion can be varied betw een $O, S$, or Se . This com positional exibility opens up the possibility to chem ically tune the properties of these system $s$.

To understand the underlying $m$ echanism $s$ of the various form $s$ of $m$ agneto-structural coupling, it is im portant to rst understand the com plex $m$ agnetic structures found in these system $s$. Such com plex $m$ agnetic structures can be studied using $m$ odel H am iltonians for interacting spin system s , which can be treated either classically or fully quantum $m$ echanically. For the cubic spinel system s , a theory of the ground state spin con $\mathrm{g}-$ uration has been presented by Lyons, K aplan, Dwight, and M enyuk (LKDM) ${ }^{13}$ about 45 years ago. U sing a m odel of classical H eisenberg spins and considering only $B B$ and AB nearest neighbor interactions, LK DM could show that in this case the ground state $m$ agnetic structure is determ ined by the param eter

$$
\begin{equation*}
\mathrm{u}=\frac{4 J_{\mathrm{B}} \mathrm{~B}_{\mathrm{B}}}{3 \mathcal{J}_{\mathrm{A} B} \mathrm{~S}_{\mathrm{A}}} \tag{1}
\end{equation*}
$$

which represents the relative strength betw een the two di erent nearest neighbor interactions $J_{B}$ and $J_{A B}{ }^{14}$ Foru $u_{0}=8=9$ the collinear $N$ eelcon guration, i.e. all A -site spins parallelto each other and anti-parallelto the B-site spins, is the stable ground state. For $u>u_{0}$ 止was shown that a ferrim agnetic spiral con guration has the low est energy out of a large set of possible spin con gurations and that it is locally stable for $u_{0}<u<u^{\infty} 1: 298$. For $u>u^{\infty}$ this ferrim agnetic spiralcon guration is unstable. T herefore, it w as suggested that the ferrim agnetic spiral is very likely the ground state for $u_{0}<u<u^{\infty}$, but can de nitely not be the ground state for $u>u^{0013}$

On the other hand it has been found that neutron scattering data for both $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ and $\mathrm{MnCr} \mathrm{r}_{2} \mathrm{O}_{4}$ are well described by the ferrim agnetic spiral con guration suggested by LK DM , although a tofthe experim entaldata to the theoreticalspin structure leads to values ofu $2: 0$ for $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ 咅 and u 1:6 for $\mathrm{M} \mathrm{Cr}_{2} \mathrm{O}_{4} \frac{7}{r}$ which according to the LK DM theory correspond to the locally unsta-
ble regim e. Surprisingly, the overall agreem ent of the $t$ is better for $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ than for $\mathrm{MnCr} \mathrm{r}_{2} \mathrm{O}_{4}$, even though the value of $u$ for $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ is further $w$ ithin the unstable region than in the case of $\mathrm{MnCr}_{2} \mathrm{O}_{4}$. From this it has been concluded that: i) the ferrim agnetic spiral is a good approxim ation of the true ground state structure even for $u>u^{\infty}$, ii) that the importance of e ects not included in the theory of LKDM is probably m ore signi cant in $\mathrm{MnC}_{2} \mathrm{O}_{4}$ than in $\mathrm{CoCr}_{2} \mathrm{O}_{4}$, and iii) that the ferrim agnetic spiral is indeed very likely to be the true ground state for system sw th $u_{0}<u<u^{007}$ ․ 8, 13

Recently, Tom yyasu et al. tted their neutron scattering data for $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ and $\mathrm{MnCr} \mathrm{r}_{2} \mathrm{O}_{4}$ using a ferri$m$ agnetic spiral structure sim ilar to the one proposed by LKDM but $w$ ith the cone angles of the individualm agnetic sublattices not restricted to the LKDM theory ${ }^{15}$ A s originally suggested by LK DM, they intenpreted their results as indicative of a collinear $N$ eel-like ferrim agnetic com ponent exhibiting long-range order below $T_{C}$ and a spiral com ponent, which exhibits only short-range order even in the low est tem perature phase.

In order to assess the validity of the LKDM theory and to facilitate a better com parison w ith experim ental data, an independent determ ination of the $m$ agnetic coupling constants in these system s is very desirable. D ensity functional theory (D FT, see Ref. 16) provides an e cient $w$ ay for the ab initio determ ination of such $m$ agnetic coupling constants that can then be used for an accurate m odeling of the spin structure of a particular system. DFT also o ers a straightforw ard way to investigate the $e$ ect of structural distortions on the $m$ agnetic coupling constants, and is therefore ideally suited to study the coupling betw een $m$ agnetism and structural properties.

Traditionally, insulating $m$ agnetic oxides represent a great challenge for D F T -based m ethods due to the strong C oulomb interaction between the localized d electrons. H ow ever, recently the local spin density approxim ation plus Hubbard U (LSD A $+U$ ) m ethod has been very successful in correctly determ ining various properties of such strongly correlated $m$ agnetic insulators. 17 In particular, it has been used for the calculation of m agnetic coupling constants in a variety of transition $m$ etal oxides 6,18,19,20,21

H ere we present an LSDA+U study of the magnetic coupling constants in the spinel system $\mathrm{SCoCr} \mathrm{r}_{2} \mathrm{O}_{4}$ and $\mathrm{M} \mathrm{nCr} \mathrm{r}_{2} \mathrm{O}_{4}$. The goalof the present paper is to provide accurate values for the relevant coupling constants in these tw o system $s$, in order to test the assum ptions $m$ ade by LKDM and to resolve the uncertainties in the interpretation of the experim entaldata. In addition, we assess the generalquestion ofhow accurate such $m$ agnetic coupling constants in com plex oxides can be determ ined using the LSDA +U m ethod.

We nd that in contrast to the assum ptions of the LK DM theory, the coupling between the A site cations is not necessarily negligible, but that the general validity of the LKDM theory should be better for $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ than for $\mathrm{MnCr} r_{2} \mathrm{O}_{4}$, in agreem ent w th what has been
concluded from the experim entaldata. H ow ever, in contrast to $w$ hat follow from tting the experim ental data to the LKDM theory, the calculated $u$ for $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ is sm aller than the value of $u=2: 0$ obtained from the experim ental $t$. In addition, we show that by analyzing the dependence of the $m$ agnetic coupling constants on the LSDA $+U$ param eters and on the lattice constant, the various $m$ echanism $s$ contributing to the $m$ agnetic interaction can be identi ed, and a quantitative estim ate of the corresponding coupling constant can be obtained w ithin certain lim its.

The present paper is organized as follow s. In Sec. T we present the $m$ ethods we use for our calculations. In particular, we give a brief overview over the LSDA+U $m$ ethod and the challenges in using this $m$ ethod as a quantitative and predictive tool. In Sec.III we present our results for the lattice param eters, electronic structure, and $m$ agnetic coupling constants of the tw o investigated C r spinels. Furtherm ore, we analyze in detail the dependence of the $m$ agnetic coupling constants on the lattice constant and LSDA $+U$ param eters, and we discuss the reasons for the observed trends. $W$ e end w ith a sum $m$ ary of our $m$ ain conclusions.

## II. METHODS

$$
\text { A. } \quad L S D A+U
$$

The LSDA $+U$ method $o$ ers an $e$ cient way to calculate the electronic and $m$ agnetic properties of com plex transition $m$ etal oxides. The idea behind the LSD A + U $m$ ethod is to explicitly inchude the Coulom b interaction betw een strongly localized d or f electrons in the spirit of a $m$ ean- eld $H$ ubbard $m$ odel, whereas the interactions betw een the less localized $s$ and $p$ electrons are treated w thin the standard local spin density approxim ation (LSDA) ${ }^{22}$ To achieve this, a Hubbard-like interaction term $E_{U}$, which depends on the occupation of the localized onbitals, is added to the LSD A totalenergy, and an additional double counting correction $\mathrm{E}_{\mathrm{dc}}$ is introduced to subtract that part of the electron-electron interaction betw een the localized orbitals that is already included in the LSDA :

$$
\begin{equation*}
\mathrm{E}=\mathrm{E}_{\mathrm{LSDA}}+\mathrm{E}_{\mathrm{U}} \quad \mathrm{E}_{\mathrm{dc}}: \tag{2}
\end{equation*}
$$

Here
and

$$
\mathrm{E}_{\mathrm{dc}}=\frac{\mathrm{U}}{2} \mathrm{n}\left(\begin{array}{ll}
\mathrm{n} & 1
\end{array}\right) \quad{\frac{\mathrm{J}^{\mathrm{H}} \mathrm{X}}{2} \quad \mathrm{n}_{\mathrm{s}}\left(\begin{array}{ll}
\mathrm{n}_{\mathrm{s}} & 1 \tag{4}
\end{array}\right) \text {; } ; \text {, }}
$$

where $=(\mathrm{m} ; \mathrm{s})$ is a combined orbital and spin index of the correlated onbitals, $n_{1}{ }_{2}$ is the corresponding onbital occupancy $m$ atrix, $n_{s}=\mathrm{m}_{\mathrm{ms}, \mathrm{m} \mathrm{s}}$ and

P
$\mathrm{n}=\mathrm{s}_{\mathrm{s}}$ are the corresponding traces w ith respect to spin and both spin and orbital degrees of freedom, and $U_{13}{ }_{2}=\mathrm{m}_{1} \mathrm{~m}_{3} \mathrm{JV}_{\text {ee }} \mathrm{jn}_{2} \mathrm{~m}_{4} \mathrm{i}_{s_{1} s_{2}} s_{3} s_{4}$ are the m atrix elem ents of the screened electron electron interaction, which are expressed as usual in term sof two param eters, the $H$ ubbard $U$ and the intra-atom ic $H$ und's rule param eter $\mathrm{J}^{\mathrm{H}}$ (see Ref. (17).

The LSDA + U m ethod hasbeen show $n$ to give the correct ground states for $m$ any strongly correlated $m$ agnetic insulators, and thus represents a signi cant in provem ent over the LSDA for such system s. ${ }^{17}$ Furthem ore, the LSD A +U m ethod is very attractive due to its sim plicity and the negligible additional com putationale ort com pared to a conventional LSDA calculation. It therefore has becom e a widely used tool for the study of strongly correlated $m$ agnetic insulators. Since the LSDA $+U$ $m$ ethod treats the interactions betw een the occupied orbitals only in an e ective mean- eld way, it fails to describe system s where dynam ic uctuations are in portant. For such system s , the local density approxim ation plus dynam icalmean eld theory (LD A + D M FT), which also includes local dynam ic correlations, has been introduced recently ${ }^{23}$ H owever, the LDA + DM FT m ethod is com putationally rather dem anding, and is currently too costly to be used for the calculation of $m$ agnetic characteristics of such com plex $m$ aterials as the spinels. $O n$ the other hand, for a large num ber of system $s$ such uctuations are only ofm inor in portance, and for these system s the LSDA $+U \mathrm{~m}$ ethod leads to a good description of the electronic and $m$ agnetic properties.

H ow ever, in order to obtain reliable results, the use of the LSDA +U method should be accom panied by a carefil analysis of all the uncertainties inherent in this $m$ ethod. An additional goal of the present paper is therefore to critically assess the predictive capabilities of the LSD A $+U m$ ethod for the determ ination ofm agnetic coupling constants in com plex transition $m$ etal oxides. A part from the question about the general applicabir ity of the LSDA +U approach to the investigated system, and the unavoidable am biguities in the de nition of the LSDA $+U$ energy functional (Eqs. (27)-(4) ) 24,25 the proper choice of the param eters $U$ and $J^{H}$ represents one of the $m$ ain hurdles when the LSDA $+U m$ ethod is used as a quantitative and predictive tool.

U and $\mathrm{J}^{\mathrm{H}}$ can in principle be calculated using constrained density functional theory ${ }^{26}$ thus rendering the LSDA +U m ethod e ectively param eter-free. In practice how ever, the exact de nition of $U$ and $J^{H} w$ ith in a solid is not obvious, and the calculated values depend on the choioe of orbitals or the details of the $m$ ethod used for their determ ination $\frac{27,28,29,30}{} T$ herefore, param eters obtained for a certain choice of orbitals are not necessarily accurate for calculations using a di erent set of orbitals.

In the present work we thus pursue a di erent approach. We choose values for $U$ and $\mathrm{J}^{\mathrm{H}}$ based on a com bination of previous constrained DFT calculations, experim entaldata, and physical reasoning, and these values are then varied $w$ ithin reasonable lim its to study the
resulting e ect on the physical properties. In particular, for the spinel system s studied in this work the H ubbard U s on the transition m etal sites are varied betw een 2 eV and 6 eV (in 1 eV increm ents), with the additional requirem ent that $U_{C r} \quad U_{A} \quad(A=C o, M n)$. For the on-site Hund's rule coupling we use two di erent values, $\mathrm{J}^{\mathrm{H}}$ $=0 \mathrm{eV}$ and $J^{\mathrm{H}}=1 \mathrm{eV}$ with $\mathrm{J}_{\mathrm{C} r}^{\mathrm{H}}=\mathrm{J}_{A}^{\mathrm{H}}$. The conditions $U_{C r} \quad U_{A}$ and $J_{C r}^{H}=J_{A}^{H}$ are $m$ otivated by constrained D FT calculations for a series of transition $m$ etal perovskite system S , which show ed that the H ubbard U increases continuously from $V$ to $C u$, whereas the on-site exchange param eter $J^{H}$ is $m$ ore or less constant across the series. ${ }^{28}$ A sim ilar trend for $U$ can be observed in the simple transition $m$ etal $m$ onoxides ${ }^{22,29}$ A though in the spinel structure the coordination and form al charge state of the A cation is di erent from the B cation, weassum e that the assum ption $U_{C r} \quad U_{A}$ is nevertheless valid, since the screening on the sixfold coordinated B site is expected to be $m$ ore e ective than on the tetrahedralA site. Further evidence for the validity of this assum ption is given by the relative $w$ idths of the $d$ bands on the A and B sites obtained from the calculated orbitally resolved densities of states (see Fig. 1 and Sec. IIIB) .
$T$ he absolute values of $U$ used in this work are $m$ otivated by recent constrained DFT calculations using linear response techniques, ${ }^{29,30}$ which lead to signi cantly sm aller values of $U$ than previous calculations using the linearmu $n$ tin orbital (LM TO) m ethod, where the occupation num bers are constrained by sim ply setting all transfer $m$ atrix elem ents out of the corresponding orbitals to zero ${ }^{28,31}$ Typical values obtained for various transition $m$ etal ions in di erent chem ical environm ents are between $3-6 \mathrm{eV} 29,30$ For the $\mathrm{Cr}^{3+}$ ion a value of U $\quad 3 \mathrm{eV}$, derived by com paring the calculated densities of states w ith photo-em ission data, has been used successfilly. ${ }^{6,32} \mathrm{~W}$ e thus consider the values $\mathrm{U}_{\mathrm{A}}=4-5 \mathrm{eV}$ and $U_{C r}=3 \mathrm{eV}$ as the m ost adequate U param eters for our system s . N evertheless, w e vary these param eters here over a m uch larger range, in order to see and discuss the resulting trends in the calculated $m$ agnetic coupling constants.

For the H und's rule param eter $J^{H}$ screening e ects are less im portant, and calculated values for various system s are all around or slightly low er than $1 \mathrm{eV}{ }^{22,28} \mathrm{On}$ the other hand, a sim pli ed LSD A + U form alism is som etim es used, where the only e ect of $J^{H}$ is to reduce the e ective Coulomb interaction $U_{e}=U \quad J^{H} 33,34,35 \mathrm{In}$ this work we use the two values $J^{H}=0 \mathrm{eV}$ and $J^{\mathrm{H}}=$ 1 eV to study the resulting $e$ ect on the $m$ agnetic coupling constants.

> B. O ther technical details

To determ ine the $m$ agnetic coupling constants corresponding to the closest neighbor $m$ agnetic interactions betw een the various sublattioes, we calculate the total energy di erences for four di erent collinear magnetic
con gurations: the N eel type ferrim agnetic order, the ferrom agnetic con guration, and two di erent con gurations $w$ th anti-parallelm agnetic $m$ om ents $w$ thin the $A$ and B sub-lattices respectively, and we then pro ject the resulting total energies on a sim ple classical H eisenberg m odel,

$$
\begin{equation*}
E=X_{i ; j} \tilde{J}_{i j} S_{i} S_{j}=X_{i ; j} J_{i j} E_{i} \hat{\xi} \tag{5}
\end{equation*}
$$

$w$ here only the nearest neighbor coupling constants $\mathrm{J}_{\mathrm{A}} \mathrm{B}$, $J_{B}$, and $J_{A A}$ are assum ed to be nonzero, and where we de ned the coupling constants $J_{i j}=J_{i j} S_{i} S_{j}$ corresponding to norm alized spin directions $\hat{e}_{i}$ of the $m$ agnetic ions. W e note that even though for itinerant system $s$ such as the elem entary $m$ agnets $\mathrm{Fe}, \mathrm{C} \circ$, and Ni , the coupling constants obtained in this way can be di erent from the ones obtained for only sm all variations from the collinear con gurations, 36 the localm agneticm om ents ofm any insulating transition $m$ etaloxides, in particular the system $s$ investigated in the present study, behave $m$ uch $m$ ore like classicalH eisenberg spins and thus the sim pler approach pursued in this work is justi ed. W e point out that a determ ination of all possible further neighbor interactions is beyond the scope of this paper and is therefore left for future studies.

W e perform calculations at both experim entally determ ined lattice constants and theoretical lattice param eters. The theoretical lattice param eters are obtained by a full structural relaxation $w$ thin the LSDA for a collinear N eel-type $m$ agnetic con guration. The same LSDA lattice param eters are used in all our calculations w th varying values of the LSDA $+U$ param eters U and $\mathrm{J}^{\mathrm{H}}$. In order to reduce the required com putationale ort, we do not perform relaxations for each individual set of LSD A + U param eters. Except when noted otherw ise, all calculations are perform ed using the \V ienna Ab-initio Sim ulation Package" (VA SP) em ploying the pro jector augm ented wave (PAW) m ethod 37,38,39 W e use a plane wave energy cuto of 450 eV ( 550 eV for relaxations) and a 555 -centered $m$ esh for $B$ rillouin zone integrations. Increasing the $m$ esh density by using a $8 \quad 8 \quad 8 \mathrm{~m}$ esh results only in negligible changes for the calculated total energy di erences. Structural relaxations are perform ed until the forces are less than $10^{5} \mathrm{eV} / \mathrm{A}$ and all com ponents of the stress tensor are sm aller than 0.02 kbar . T he electronic self-consistency cycle is iterated until the totalenergy is converged better than $10^{8} \mathrm{eV}$. In addition, we perform som e test calculations using the fill-potential linear-augm ented-planewave (FLAPW) m ethod. 40 For these calculations we use the $W$ ien 97 code ${ }^{41}$ w th our own im plem entation of the LSDA $+U \mathrm{~m}$ ethod. The plane-w ave cut-o param eter is set to 223 eV in these calculation, and the B rillouin-zone integration is also carried out on a 555 -centered m esh. T he criterion for self-consistency is the di erence in the totalenergy after the last tw o iterations being less than $10{ }^{4} \mathrm{Ry}$.

TABLE I: Structural param eters calculated in this work. a is the lattice constant of the cubic spinel structure, and the intemal structural param eter x corresponds to the $W$ ycko position $32 e(x, x, x)$ of the oxygen sites. C olum ns $\backslash$ theo." contain the values calculated in this work while colum ns \exp." contain experim entaldata.

|  | $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ |  | ${\mathrm{M} \mathrm{NC} \mathrm{r}_{2} \mathrm{O}_{4}}$ |  |
| :---: | :---: | :---: | :---: | :---: |
|  | exp. (Ref.11) | theo. | exp. (Ref.42) | theo. |
| a $[$ A ] | 8.335 | 8.137 | 8.435 | 8.242 |
| x | 0.264 | 0.260 | 0.264 | 0.262 |

III. RESULTSAND D ISCUSSION
A. Structural relaxation

Table $\mathbb{1}$ show s the structural param eters obtained in this w ork togetherw ith corresponding experim entaldata. $T$ he theoretical lattice constants are obtained $w$ ithin the LSDA and for $N$ eel-type ferrim agnetic order, and are about $2.3 \%$ sm aller than the corresponding experim ental values for both m aterials. The calculated intemal structuralparam eters $x$ are in very good agreem ent $w$ ith experim ent. T he underestim ation of the lattice constant by a few percent is a typical feature of the LSDA in com plex transition $m$ etal oxides., ${ }^{6,43}$

## B. E lectronic structure

F ig. 1 show s the densities of states for both $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ and $\mathrm{MnCr}_{2} \mathrm{O}_{4}$ calculated using the LSDA and the LSDA $+U \mathrm{~m}$ ethod $w$ th $U_{A}=5 \mathrm{eV}, \mathrm{U}_{\mathrm{Cr}}=3 \mathrm{eV}, \mathrm{J}_{\mathrm{A}}^{\mathrm{H}}=$ $J_{C r}^{H}=0 e V$, and a collinear $N$ eel-typem agnetic con guration at the experim ental lattice constants. B oth system s are insulating $w$ th in the LSDA, although the LSDA energy gap for $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ is very sm all, about 0.15 eV . The LSDA gap is larger for $\mathrm{MnCr}_{2} \mathrm{O}_{4}$, since in this system the gap is determ ined by the relatively strong crystaleld splltting on the octahedralB site and the equally strong m agnetic splitting, whereas in C oC $r_{2} \mathrm{O}_{4}$ the $w$ idth ofthe LSD A gap is lim ited by the sm allcrystal- eld splitting on the tetrahedrally coordinated A site. The use of the LSDA $+U \mathrm{~m}$ ethod increases the $w$ idth of the energy gap substantially and pushes the m ajority d states on the A site down in energy, leading to strong overlap $w$ th the oxygen $2 p$ states. In the LSD A the transition $m$ etald states are well separated from the oxygen pm anifold, whereas the LSD A + U m ethod increases the energetic overlap betw een these states. In all cases the gap is betw een occupied and unoccupied transition $m$ etal $d$ states.

It can be seen that the bandw idth of the $d$-bands for the tetrahedrally coordinated A site is indeed sm aller than for the octahedralB site. Thus, the d states on the A sites arem ore localized and one can expect a larger on-


F IG . 1: D ensities of states (in states/eV) for $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ (left two panels) and $\mathrm{M} \mathrm{nC} \mathrm{r}_{2} \mathrm{O}_{4}$ (right two panels) calculated using the LSDA (upper two panels) and the LSDA $+U \mathrm{~m}$ ethod w th $\mathrm{U}_{\mathrm{A}}=5 \mathrm{eV}, \mathrm{U}_{\mathrm{Cr}}=3 \mathrm{eV}$, and $J_{\mathrm{A}}^{\mathrm{H}}=J_{\mathrm{C} r}^{\mathrm{H}}=0 \mathrm{eV}$ (lower tw o panels). C alculations were done at the experim ental lattice param eters for a collinear $N$ eel-type ferrim agnetic structure w here the direction of the $C$ rm agnetic $m$ om ents $w$ as dened as \spin-up", and corresponding \spin-down" states are shown w ith a negative sign. T he gray shaded areas represent the total density of states, the curves shaded with diagonal lines represent the d states on the A site of the spinel lattice, and the thick black lines correspond to the C r d states. Zero energy separates the occupied from the unoccupied states.
site C oulomb interaction than on the CrB site, in agree$m$ ent $w$ ith the assum ption that $U_{C r} \quad U_{A}$ (see Sec.IIA).

## C. M agnetic coupling constants

Fig. 2 show s the m agnetic coupling constants calculated using the experim ental lattice param eters, $\mathrm{J}_{\mathrm{A}}^{\mathrm{H}}=$ $J_{C r}^{H}=1 e V$, and di erent values of the $H$ ubbard $U$ on the A and B sites. A ll coupling constants are negative, i.e. antiferrom agnetic, and decrease in strength when the $H$ ubbard param eters are increased. T he \intersublattice" coupling $J_{A B}$ depends sim ilarly on both $U_{A}$ and $U_{B}$, whereas both \intra-sublattice" coupling constants $J_{B} B$ and $J_{A A}$ depend only on the Hubbard param eter of the corresponding sublattice.
$T$ he BB interaction in the spinel lattioe is known to result from a com petition betw een antiferrom agnetic (A FM ) direct cation-cation exchange and indirect cation-anion-cation exchange, which for the present case of a 90 cation-anion-cation bond angle gives rise to a ferrom agnetic (FM) interaction $\frac{44}{\underline{4}}$ The A FM direct interaction is expected to dom inate at sm aller volum es, whereas at larger volum es the FM indirect interaction should be stronger. Furthem ore, it is im portant to note that even


FIG. 2: M agnetic coupling constants $\mathrm{J}_{\mathrm{AB}}$ (upper panels), $J_{B B}$ ( $m$ iddle panels), and $J_{A A}$ (lower panels) calculated for $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ (left) and $\mathrm{M} \mathrm{nCr} \mathrm{r}_{2} \mathrm{O}_{4}$ (right) as a function of $\mathrm{U}_{\mathrm{A}}$ for $\mathrm{U}_{\mathrm{Cr}}=2 \mathrm{eV}$ (open circles), 3 eV ( lled squares), 4 eV (open diam onds), and 5 eV ( lled triangles). A 11 calculations were perform ed using experim ental lattice param eters and $J_{A}{ }^{H}=$ $J_{C r}^{H}=1 e V$.
the pure direct cation-cation interaction is com prised out oftw o parts: (i) the \potentialexchange" due to the standard H eitler-London exchange-integral, which is alw ays FM for orthogonal orbitals but is usually negligible, and (ii) the AFM $\backslash$ kinetic exchange", which results from a second order perturbation treatm ent of the electron hopping and is proportional to $1 / \mathrm{U} \cdot 44,45 \mathrm{~T}$ he observed U dependence of $J_{B}$ в can thus be understood as follow $s$ : At sm all values of $U$ the AFM direct kinetic exchange is strongest, but it is suppressed as the value of $U$ is increased. The FM indirect cation-anion-cation exchange also decreases, but in addition increasing $U$ shifts the cation d states dow $n$ in energy and thus leads to enhanced hybridization $w$ th the anion $p$ states (see Sec. IIIB). This enhanced hybridization partially com pensates the $e$ ect of increasing $U$ so that the indirect exchange decreases slow er than 1/U. T herefore, the FM indirect exchange is less a ected by increasing $U$ than the AFM direct exchange, and thus gains in strength relative to the latter. This explains why the observed decrease of $J_{B}$ B is stronger than $1=U$. In fact, for the larger experim ental volum es and using $J=0 \mathrm{eV}$ for the H und's rule coupling (see discussion below) the B B coupling in both system s even becom es slightly FM for large $U$.
$T$ he A B coupling in the spinels ism ediated by a cation-anion-cation bond w ith an interm ediate angle of 120 , which $m$ akes it di cult to predict the sign of the coupling based on general considerations. A weak AFM interaction has been proposed for the case of em pty $e_{g}$ orbitals on the $B$ site, $\frac{46}{}$ in agreem ent $w$ ith the present results.
$C$ om paring the values of $J_{A B}$ and $J_{B}$ calculated for a constant set of LSDA $+U$ param eters show $s$ that both are of the same order of $m$ agnitude. On the other hand $J_{A A}$ is expected to be signi cantly weaker, since it corresponds to a cation-cation distance of $3: 6 \mathrm{~A}$ w ith the shortest superexchange path along an $\mathrm{A}-\mathrm{O}-\mathrm{O}-$ A bond sequence. B ased on this assum ption $J_{A A}$ was neglected in the theoretical treatm ent of LK DM ${ }^{13} \mathrm{Nev}$ ertheless, in our calculations $J_{A A}$ is found to be of appreciable strength. $T$ his is particular striking for $\mathrm{M} \mathrm{nC}_{2} \mathrm{O}_{4}$, but also for $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ the di erence betw een $J_{A A}$ and $J_{A B}\left(J_{B B}\right)$ is less than an order of $m$ agnitude. From this it follows that $J_{A A}$ is de nitely non-negligible in $\mathrm{M} \mathrm{nCr} r_{2} \mathrm{O}_{4}$ and can also lead to signi cant deviations from the LKDM theory in $\mathrm{CoCr}_{2} \mathrm{O}_{4}$. We point out that this conclusion holds true independently of the precise values of the LSDA $+U$ param eters used in the calculation. An appreciable value for $J_{A A}$ has also been found in a previous LSDA study of the spinel ferrite $\mathrm{M} \mathrm{NFe}_{2} \mathrm{O}_{4}$ 47

A s stated in Sec.IIB, a full determ ination of all possible further neighbor interactions is beyond the scope of this paper. However, to obtain a rough estim ate of the strength of further neighbor interactions in $\mathrm{CoCr}_{2} \mathrm{O}_{4}$, and to see whether this a ects the values of $J_{A}, J_{B}$, and $J_{A B}$ obtained in this work, we perform som e additional calculations using a doubled unit cell. This allow $S$ us to determ ine the coupling constant $J_{B B}^{(3)}$, corresponding to the third nearest neighbor B B coupling. A s show $n$ in $R$ ef. 48 , due to the specialgeom etry of the spinel structure, this third nearest neighbor coupling is larger than all other further neighbor interactions within the $B$ sublattice, and can be expected to represent the next strongestm agnetic interaction apart from $J_{B}, J_{A B}$, and $J_{A A}$. This coupling is $m$ ediated by a $B-O-B$ bond sequence and corresponds to a B B distance of 5.89A. For com parison, the distances corresponding to $J_{B B}, J_{A B}$, and $J_{A A}$ are $2.94 \mathrm{~A}, 3.46 \mathrm{~A}$, and 3.61 A , respectively ${ }^{49}$ For these test calculations we use the experim ental lattice param eters of $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ and the LSDA +U param eters $\mathrm{U}_{\mathrm{C}}=5 \mathrm{eV}, \mathrm{U}_{\mathrm{C}}=3 \mathrm{eV}$, and $\mathrm{J}^{\mathrm{H}}=0 \mathrm{eV} . \mathrm{W}$ e obtain a value of $J_{B B}^{(3)}=0: 15 \mathrm{eV}$, corresponding to a weak FM coupling. H ow ever, the $m$ agnitude of $J_{B B}^{(3)}$ is sm all com pared to $J_{A B}$ and $J_{B B}$, and we therefore continue to neglect further neigbor interactions in the follow ing.

Next we calculate the $m$ agnetic coupling constants using the lattice param eters obtained by a fiull structural optim ization w ithin the LSDA, and also by using $J^{\mathrm{H}}=0 \mathrm{eV}$ at both experim ental and theoretical lattice param eters. A gain, we vary $\mathrm{U}_{\mathrm{A}}$ and $\mathrm{U}_{\mathrm{Cr}}$ independently. The observed variation of the coupling constants $w$ ith respect to the H ubbard param eters is very sim ilar to the

TABLE II: Calculated $m$ agnetic coupling constants $\mathrm{J}_{\mathrm{A}}$, $J_{B}{ }_{B}$, and $J_{A A}$ for di erent lattice param eters and di erent values of the intra-atom ic $H$ und's rule coupling param eter $J^{H}$ for $U_{A}=5 \mathrm{eV}$ and $U_{C r}=3 \mathrm{eV}$. Lattice param eters $\backslash \exp$." and \theo." refer to the corresponding values listed in Table

|  | $J^{\mathrm{H}} \quad(\mathrm{eV})$ <br> latt. param | $\begin{aligned} & 1.0 \\ & \exp . \end{aligned}$ | $\begin{gathered} 0.0 \\ \text { exp. } \end{gathered}$ | $\begin{gathered} 1.0 \\ \text { theo. } \end{gathered}$ | $\begin{gathered} 0.0 \\ \text { theo. } \end{gathered}$ |
| :---: | :---: | :---: | :---: | :---: | :---: |
| $\mathrm{CoCr} \mathrm{r}_{2} \mathrm{O}_{4}$ | $J_{\text {A B }} \quad(\mathrm{meV})$ | 4.44 | 3.55 | 6.02 | 4.83 |
|  | $J_{\text {b }}{ }^{\text {(meV }}$ ) | 3.33 | 1.04 | 6.90 | 4.34 |
|  | $J_{A A}(\mathrm{meV})$ | 0.50 | 0.44 | 0.77 | 0.58 |
| $\mathrm{MnCr} \mathrm{r}_{2} \mathrm{O}_{4}$ | $J_{\text {AB }} \quad(\mathrm{meV})$ | 3.14 | 1.40 | 4.88 | 2.61 |
|  | $J_{\mathrm{B}_{\mathrm{B}}} \quad(\mathrm{meV})$ | 2.91 | 0.74 | 5.22 | 2.74 |
|  | $J_{\text {A A }}(\mathrm{meV})$ | 1.19 | 0.92 | 1.88 | 1.45 |

case shown in Fig. 2, only the overallm agnitude of the m agnetic coupling constants is changed. W e therefore discuss only the results obtained for $\mathrm{U}_{\mathrm{Cr}}=3 \mathrm{eV}$ and $\mathrm{U}_{\mathrm{A}}=5 \mathrm{eV}$, which are physically reasonable choices for these param eters, as discussed in Sec.IIA.

Table Il show $s$ the calculated $m$ agnetic coupling constants for the di erent cases. It is apparent that both volum $e$ and the intra-atom ic exchange param eter $J^{H}$ have a signi cant e ect on the calculated results. The volum e dependence can easily be understood. T he sm aller theoretical volum e leads to stronger coupling between the $m$ agnetic ions. This is particularly signi cant for $J_{B}$, since the direct exchange interaction betw een the B cations is especially sensitive to the inter-cation distance. The corresponding coupling is therefore strongly enhanced (suppressed) by decreasing (increasing) the lattioe constant. The indirect superexchange interaction also depends strongly on the inter-atom ic distances.

It can be seen from $T$ able that $J^{H}=0$ signi cantly decreases the strength of allm agnetic coupling constants com pared to $\mathrm{J}^{\mathrm{H}}=1 \mathrm{eV}$. A strong $\mathrm{J}^{\mathrm{H}}$ dependence of the $m$ agnetic coupling has also been observed in other Cr spinels with non-m agnetic cations on the A site. 50 Further calculations, $w$ th di erent values for $J^{H}$ on the A and B sites respectively, show that it is mostly $\mathrm{J}_{\mathrm{Cr}}^{\mathrm{H}}$ which is responsible for this e ect. On the other hand, varying $J_{A}^{H}$ has a sm allere ect on them agnetic coupling. $T h$ is is consistent $w$ ith the very strong $J^{H}$ dependence of $J_{B B}$ and the weaker $J^{H}$ dependence of $J_{A A}$ seen in Table

To understand the stronge ect of $J_{C r}^{H}$ on them agnetic coupling constants we rst take a look at the occupation numbers $n \quad n \quad$ of the Crdonbitals. The corresponding occupation numbers in $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ are (calculated for a FM con guration at the experim ental lattice param eters and using $\mathrm{J}^{\mathrm{H}}=0$ ): $\mathrm{n}_{\mathrm{t}_{2 g} ; "}=0: 95, \mathrm{n}_{\mathrm{t}_{2 g} ; \#}=0: 05$, $\mathrm{n}_{\mathrm{e}_{\mathrm{g}} ; "}=0: 32$, and $\mathrm{n}_{\mathrm{e}_{g} ; \#}=0: 21$. A s expected, the occupation of the $t_{2 g}$ orbitals represents the form al $d^{3}$ valency w ith full spin-polarization, but in addition there is a sizable $e_{g}$ occupation, which contributes 0.2 в to the local spin $m$ om ent of the C r cation. This partial $e_{g}$
occupation, which is due to hybridization with the oxygen $p$ bands, gives rise to a FM interaction betw een the Cr sites, because the eg polarization is coupled to the $t_{2 g}$ spins via the $H$ und's rule coupling ${ }^{44} \mathrm{~T}$ his FM interaction betw een the Crsites should therefore be proportional to the strength of the $H$ und's rule coupling. T hus, the stronger AFM interaction for $J^{H}=1 \mathrm{eV}$ com pared to $J^{H}=0$ (see $T a b l e$ III) $m$ ight be sunprising at rst. H ow ever, it is im portant to realize that even though the param eter $J{ }^{H}$ represents the strength of the $H$ und's rule coupling, itse ect within the LSDA + U fram ew ork is not to introduce a strong H und's rule interaction. If one analyzes the LSD A + U energy expression, E q. (2), in a som ewhat simpli ed picture where the occupation $m$ atrix is diagonal and the C oulom b m atrix elem ents are onbitally independent, one can see that the double counting correction, $\mathrm{E}_{\mathrm{dc}}$, exactly cancels the di erent potential shifts for orbitals w ith parallel and antiparallel spins that are caused by $E_{U}$ for $J^{H} \in 0$, if one of the d orbitals is lled. Thus, $\mathrm{E}_{\mathrm{U}} \quad \mathrm{E}_{\mathrm{dc}}$ does not lead to an additional H und's rule interaction com pared to $E_{\text {LSDA }}$, even for $J^{H} 0$. It is generally assum ed that this type of interaction is already well described on the LSDA level. The only e ect of $J^{H}$ is therefore an e ective reduction of the on-site C oulom. b repulsion. This can be seen in the follow ing, where we w rite the sim pli ed version of Eq. (2) as (see Ref. 33 ):

$$
\begin{equation*}
E=E_{L S D A}+\frac{U_{e}}{2} n^{X} \quad n^{!} ; \tag{6}
\end{equation*}
$$

$w$ th $U_{e}=U \quad J^{H} \cdot W$ ithin this simpli ed LSDA $+U$ version, the e ect of $J^{H}$ on the $m$ agnetic coupling constant can be understood as an e ective reduction of the on-site Coulomb interaction. A ccording to the previously discussed U dependence of the $m$ agnetic coupling constants (see also Fig. 2), a reduced on-site C oulom b interaction leads to a stronger AFM interaction for all calculated m agnetic coupling constants.

From Fig. 2 it can be seen that the $m$ agnetic coupling constants for CoCrO 2 using experim ental lattioe param eters and the LSDA $+U$ param eters $U_{C o}=6 \mathrm{eV}$, $\mathrm{U}_{\mathrm{Cr}}=4 \mathrm{eV}$, and $\mathrm{J}^{\mathrm{H}}=1 \mathrm{eV}$, i.e. $\mathrm{U}_{\mathrm{e}}, \mathrm{c} \circ=5 \mathrm{eV}$ and $\mathrm{U}_{\mathrm{e}, \mathrm{Cr}}=3 \mathrm{eV}$, are: $\mathrm{J}_{\mathrm{AB}}=3: 26 \mathrm{eV}, \mathrm{J}_{\mathrm{B}}=2: 12 \mathrm{eV}$, and $J_{A A}=0: 30 \mathrm{eV}$. The corresponding result for $\mathrm{U}_{\mathrm{C}} \mathrm{O}=$ $5 \mathrm{eV}, \mathrm{U}_{\mathrm{Cr}}=3 \mathrm{eV}$, and $\mathrm{J}^{\mathrm{H}}=0$, i.e. for the sam e values of $U_{e}$ but di erent $J^{H}$, are: $J_{A B}=3: 55 \mathrm{eV}, \mathrm{J}_{\mathrm{B}}$ B $=$
$1: 04 \mathrm{eV}$, and $J_{\mathrm{AA}}=0: 44 \mathrm{eV}$ (see Table III). Thus, the pure dependence on $U_{e}$ seem $s$ to be approxim ately valid for $J_{A B}$ and $J_{A A}$, whereas there is a notable quantitative deviation from the simpli ed LSD A + U m odel in the case of $J_{B}$. N evertheless, the overall trend can still be understood from the simpli ed LSDA+U pictue.

Finally, to assess the possible in uence of di erent $m$ ethods to solve the self-consistent $K$ ohn-Sham equations on the calculated $m$ agnetic coupling constants, we perform additionaltestsusing a di erent electronic structure code em ploying the FLAPW m ethod (see Sec. IIB).

TABLE III: M agnetic coupling constants of $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ and $\mathrm{MnCr} \mathrm{r}_{2} \mathrm{O}_{4}$ calculated using two di erent m ethods (FLAPW and PAW ), di erent values for $J^{H}$, and the experim ental lattice param eters.

|  |  |  | FLAPW |  | PAW |  |
| :--- | :--- | :--- | :--- | :--- | :--- | :--- |
|  | $\mathrm{J}^{\mathrm{H}}$ | $(\mathrm{eV})$ | 0.0 | 1.0 | 0.0 | 1.0 |
|  | $\mathrm{~J}_{\text {A B }}$ | $(\mathrm{m} \mathrm{eV})$ | 3.62 | 4.32 | 3.55 | 4.44 |
| $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ | $\mathrm{~J}_{\text {B B }}$ | $(\mathrm{m} \mathrm{eV})$ | 1.32 | 3.09 | 1.04 | 3.33 |
|  | $\mathrm{~J}_{\text {A A }}$ | $(\mathrm{m} \mathrm{eV})$ | 0.23 | 0.00 | 0.44 | 0.50 |
|  | $\mathrm{~J}_{\text {A B }}$ | $(\mathrm{m} \mathrm{eV})$ | 1.73 | 3.23 | 1.40 | 3.14 |
| $\mathrm{M} \mathrm{nC} \mathrm{r}_{2} \mathrm{O}_{4}$ | $\mathrm{~J}_{\text {B B }}$ | $(\mathrm{m} \mathrm{eV})$ | 1.32 | 3.21 | 0.74 | 2.91 |
|  | $\mathrm{~J}_{\text {A A }}$ | $(\mathrm{m} \mathrm{eV})$ | 0.67 | 1.06 | 0.92 | 1.19 |

$T$ he results are sum $m$ arized and com pared to the PAW results in Table III. There are som e variations in the absolute values of the $m$ agnetic coupling constants obtained with the two di erentm ethods, but overallthe agreem ent is rather good. $T$ rends are the sam $e$ in both $m$ ethods, and in particular the strong e ect of the LSDA $+U$ H und's rule param eter $J^{H}$ on the $m$ agnetic coupling constants is con $m$ ed by the FLAPW calculations. O ne possible reason for the di erences between the PAW results and the FLAPW results is that the radii of the projection spheres used in the PAW $m$ ethod are chosen di erently from the radiiofthe $\mathrm{M} \mathrm{u} \mathrm{n-T} \mathrm{in} \mathrm{spheres} \mathrm{used} \mathrm{to} \mathrm{construct}$ the FLAPW basis functions.
D. The LKDM param eter u
$F$ igure 3 show $s$ the variation of the LKDM param eter $u=\frac{4 J_{B} S_{B}}{3 J_{A B} S_{A}}=\frac{4 J_{B}}{3 J_{A B}}$ with the strength of the on-site $C$ oulom $b$ interactions for the di erent lattice param eters and values of $\mathrm{J}^{\mathrm{H}}$ used in this work. The behavior of $u$ follow sfrom the corresponding trends in the coupling constants $J_{A B}$ and $J_{B B}$ discussed in the previous section. Increasing $U_{A}$ decreases the strength of $J_{A B}$ but leaves $J_{B}$ в $m$ ore or less unchanged, and thus increases the value of $u$. On the other hand both $J_{A B}$ and $J_{B}$ decrease $w$ ith increasing $U_{C r}$, but the decrease is stronger for $J_{B} B$ and therefore $u$ decreases $w$ th increasing $U_{C r}$. Thus, the trends caused by the $H$ ubbard param eters corresponding to the two di erent $m$ agnetic sites are opposite to each other.

A s already pointed out in the previous section, changing the value of the LSDA $+U$ param eter $J^{H}$ and using di erent lattice constants essentially just shifts the overall scale for the $m$ agnetic coupling constants $w$ thout altering their $U$ dependence. Therefore, using the larger experim ental volum e decreases u com pared to the value obtained at the theoretical lattioe param eters due to the very strong volum e dependence of $J_{B}$. Introducing the on-site $H$ und's rule coupling $J^{H}$ increases $u$, since $J_{B}$ в is stronger a ected by this and thus increases relative to


FIG. 3: D ependence of the LKDM param eter $u$ on the $H$ ubbard $U$ param eters of the di erent $m$ agnetic cations. Left panels correspond to $\mathrm{CoCr} r_{2} \mathrm{O}_{4}$, right panels to $\mathrm{MnCr} r_{2} \mathrm{O}_{4}$. From top to bottom the di erent panels correspond to calculations for exp. volum e and $J^{H}=1 \mathrm{eV}$, exp. volum e and $J^{H}=0 e V$, theo. volum e and $J^{H}=1 e V$, and theo. volum e and $J^{H}=0 \mathrm{eV}$ (open circles: $\mathrm{U}_{\mathrm{Cr}}=2 \mathrm{eV}$, lled squares: $U_{C r}=3 \mathrm{eV}$, open diam onds: $\mathrm{U}_{\mathrm{Cr}}=4 \mathrm{eV}$, led triangles: $\left.\mathrm{U}_{\mathrm{Cr}}=5 \mathrm{eV}\right)$. D ashed horizontal lines indicate the critical values $u_{0}=8=9$ and $u^{00} \quad 1: 298$.
$\mathrm{J}_{\mathrm{A}} \mathrm{B}$.
For sim ilar values of $U_{A}$ and $U_{C r}$ the LKDM param eter $u$ is larger in $\mathrm{M} \mathrm{nCr}_{2} \mathrm{O}_{4}$ than in $\mathrm{CoCr}_{2} \mathrm{O}_{4}$, except for $J^{H}=1 e V$ at the theoretical lattice param eters, w here they are approxim ately equal. T his is in contrast to what has been concluded by tting the experim ental neutron spectra to the spiral spin structure of the LKDM theory, which leads to the values $u=1.6$ for $\mathrm{M} \mathrm{nC} r_{2} \mathrm{O}_{4}$ and $\mathrm{u}=2.0$ for $\mathrm{CoCr}_{2} \mathrm{O}_{4} 7^{7,8}$ i.e. the tted value for $\mathrm{CoC}{\underset{2}{2}}^{2} \mathrm{O}_{4}$ is signi cantly larger than the value for $\mathrm{M} \mathrm{nC}_{2} \mathrm{KO}_{4}$.
$W$ e now try to give a quantitative estim ate of $u$ in the two system s. The nst question is whether using experim ental or theoretical lattice constants leads to $m$ ore realistic $m$ agnetic coupling constants. This question is not easy to answer in general. On the one hand, the LSDA underestim ation of the lattice constant can lead to an overestim ation of the $m$ agnetic coupling, since the cations are too close together and can therefore interact stronger than at the experim ental volum e. On the other hand, the indirect cation-anion-cation interaction
is intim ately connected to the chem icalbonding* 44 If the larger experim ental lattice constant is used, this bonding is arti cially suppressed and the corresponding $m$ agnetic coupling is eventually underestim ated. It is therefore not obvious w hether it is better to calculate the coupling constants at the experim ental or the theoretical lattioe param eters, but the two cases at least provide reasonable lim its for the $m$ agnetic coupling constants. W e note that using the LSD A + U m ethod for the structural relaxation, usually leads to lattice param eters that are in slightly better agreem ent w ith the experim ental values, ${ }^{43}$ which w ill decrease the corresponding uncertainty in the m agnetic coupling constants. In the present paper we do not perform such structural relaxations for each com bination of the LSDA+U param eters, in order to reduce the required com putationale ort. In addition, this allow s us to discuss the pure e ect of $U$ and $J^{H}$ on the $m$ agnetic coupling constants, w ithout contributions due to varying lattice param eters.

Fig. 3 show s that for the physically reasonable param eters $U_{C r}=3 e V, U_{A}=4-5 e V$, and $J^{H}=1 e V$ the value ofu in $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ calculated at the theoretical lattioe constant is slightly larger than the critical value u ${ }^{\infty}$ 1:298, where w ithin the LKDM theory the ferrim agnetic spiral con guration becom es unstable. In $\mathrm{MnC}_{2} \mathrm{O}_{4}$ the corresponding value is about equal to $u^{\infty}$. At the experi$m$ ental lattice constants the values of $u$ in both system $s$ are $s m$ aller than at the theoretical lattice constants, w ith the stronger e ect in $\mathrm{CoCr}_{2} \mathrm{O}_{4}$, where $u$ at the theoretical lattice constant is about equal to $u_{0}=8=9$, the value below which, according to LKDM, a collinear ferrim agnetic spin con guration is the ground state. In M nC ${\underset{2}{2}}_{4}$ the value of $u$ at the experim ental lattice constant is betw een $u_{0}$ and $u^{\infty}$. Thus, in all cases the calculated values of $u$ are consistent $w$ ith the experim ental evidence for noncollinear ordering.

Since in $\mathrm{MnCr}_{2} \mathrm{O}_{4}$ the calculation predicts a rather strong $J_{A A}$, the validity of the LK D M theory is questionable for this system, but for $\mathrm{CoCr}_{2} \mathrm{O}_{4}$, w here the $m$ agnitude of $J_{A A}$ is indeed signi cantly sm aller than both $J_{A}$ B and $J_{B}$, this theory should at least be approxim ately correct. H ow ever, for $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ the calculated $u$ both at experim ental and at the theoretical lattice constant (and using physically reasonable values for the LSD A + U param eters) is still signi cantly sm aller than the value $u=2: 0$ obtained by tting the experim ental data to the LKDM theory. 8 It would therefore be interesting to study how the incorporation of $J_{A A}$ into a generalized LK DM theory alters the conclusions drawn from the experim ental data. O bviously, a non-negligible JAA $w$ ill further destabilize the collinear N eel con guration, but the possible in uence of $J_{A} A$ on the ferrim agnetic spiral structure cannot be obtained straightforw ardly. Of course it cannot be filly excluded that the discrepancy betw een the calculated value of $u$ for $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ and the value extracted from the experim ental data is caused by som e de ciencies of the LSDA+U m ethod. For exam ple, it $w$ as show $n$ in $R$ ef. 18 that for $M$ no the LSD A + U
$m$ ethod does not o er enough degrees of freedom to correctly reproduce both nearest and next nearest neighbor m agnetic coupling constants.

Finally, we note that the fact that $J_{A A}$ is not negligible in $\mathrm{M} \mathrm{nCr}_{2} \mathrm{O}_{4}$ but has a signi cantly sm aller m agnitude than $J_{A B}$ and $J_{B B}$ in $C o C r_{2} O_{4}$ is com patible w ith the fact that the overall agreem ent betw een the experi$m$ entaldata and the LKDM theory is better for $C$ oC $r_{2} \mathrm{O}_{4}$ than for $\mathrm{MnCr}_{2} \mathrm{O}_{4}$. H ow ever, a quantitative discrepancy betw een the value of $u$ for $\mathrm{CoCr}_{2} \mathrm{O}_{4}$ calculated in this work and the value derived from the experim ental data rem ains.

## IV. SUMMARYAND CONCLUSIONS

In sum $m$ ary, we have presented a detailed LSD A $+U$ study of $m$ agnetic coupling constants in the spinel system $\mathrm{SCoCr} r_{2} \mathrm{O}_{4}$ and $\mathrm{MnCr} \mathrm{I}_{2} \mathrm{O}_{4}$. W e have found that the coupling betw een the A site cations, which is neglected in the classical theory of LK DM, is of appreciable size in $\mathrm{CoCr} \mathrm{r}_{2} \mathrm{O}_{4}$ and de nitely not negligible in $\mathrm{M} \mathrm{nC} \mathrm{FO}_{4}$. T he calculated LKDM param eter u, which describes the relative strength of the BB coupling com pared to the AB coupling and determ ines the nature of the ground state spin con guration in the LKDM theory, is found to be sm aller than the values obtained by tting experim ental neutron data to the predictions of the LKDM theory. It rem ains to be seen whether this discrepancy is caused by the sim pli cationsm ade in the LK D M theory, orw hether
it is due to de ciencies of the LSDA $+U$ m ethod used in our calculations.

In addition, we have show $n$ that it is di cult, but possible, to arrive at quantitative predictions of $m$ agnetic coupling constants using the LSDA +U m ethod. In addition, by analyzing the $U$ and $J^{H}$ dependence of the $m$ agnetic coupling constants it is possible to identify the various interaction $m$ echanism $s$ contributing to the overall $m$ agnetic coupling. The presence of two di erent m agnetic cations with di erent charge states and di erent anion coordination, prom otes the system s investigated in this work to a very hard test case for the predictive capabilities of the LSDA $+U \mathrm{~m}$ ethod. N evertheless, som e insight can be gained by a carefiul analysis of all $m$ ethodological uncertainties, and the $m$ agnitudes of the $m$ agnetic coupling constants can be determ ined to a degree of accuracy that allow s to establish im portant trends and predict the correct order ofm agnitude for the corresponding e ects.

## A cknow ledgm ents

C E. thanks C raig Fennie, Ram Seshadri, Nicola Spaldin, and A ndrew M illis for usefiul discussions. This work was supported by the NSF's Chem ical Bonding Centers program, G rant No. CHE -0434567 and by the M R SEC P rogram of the NSF under the aw ard num ber DM R -0213574 . W e also $m$ ade use of central facilities provided by N SF M R SEC Aw ard No. DM R - 0520415 .

E lectronic address: ederer@ phys.colum bia edu
${ }^{1}$ A. P. R am irez, in H andbook of m agnetic m aterials, edited by K.H.J.Bushow (E lsevier Science B.V., 2001), vol. 13, chap. 4.
${ }^{2}$ A. P. R am irez, N ature (London) 421, 483 (2003).
${ }^{3}$ S.H. Lee, C. B roholm, T . H. K im , W . R atcli II, and S.W. . Cheong, Phys. R ev. Lett. 84, 3718 (2000).

4 J.H.C hung, M .M atsuda, S.H . Lee, K . K akurai, H .U eda, T.J. Sato, H . Takagi, K .P.H ong, and S.P ark, P hys. R ev . Lett. 95, 247204 (2005).
5 A. B . Sushkov, O . T chemyshyov, W . R atcli II, S. W . Cheong, and H. D. D rew, Phys. Rev. Lett. 94, 137202 (2005).
${ }^{6}$ C.J.Fennie and K .M . R abe, P hys. R ev. Lett. 96, 205505 (2006).
${ }^{7}$ J. M. H astings and L.M.C orliss, Phys. Rev. 126, 556 (1962).
${ }^{8}$ N . M enyuk, K . D w ight, and A.W old, J. P hys. (P aris) 25, 528 (1964).
${ }^{9}$ T. K im ura, T.G oto, H . Shintani, K . Ishizaka, T . A rim a, and Y.Tokura, N ature (London) 426, 55 (2003).
${ }^{10}$ G.Lawes, A.B.H arris, T.K im ura, N.R ogado, R . J. C ava, A.A harony, O.Entin-W ohlm ann, T.Y ildirim, M.K enzelm ann, C. Broholm, et al., Phys. Rev. Lett. 95, 087205 (2005).
${ }^{11}$ G. Law es, B . M elot, K . P age, C . Ederer, M . A . H ayw ard, T. P ro en, and R. Seshadri, Phys. Rev. B 74, 024413
(2006).
${ }^{12}$ Y . Yam asaki, S.M iyasaka, Y . K aneko, J.P. H e, T. A rim a, and Y. Tokura, P hys. R ev. Lett. 96, 207204 (2006).
${ }^{13}$ D. H. Lyons, T.A. K aplan, K . D w ight, and N. M enyuk, Phys. R ev. 126, 540 (1962).
14 In this nom enclature the $H$ eisenberg interaction energy is expressed as $E_{i j}=2 J_{i j} S_{i} S_{j}$, where $S_{i}$ is a classical vector of length $S_{i}$, the total spin of ion $i$.
${ }^{15}$ K. Tom iyasu, J. Fukunaga, and H. Suzuki, P hys. R ev. B 70,214434 (2004).
${ }^{16}$ R.O. Jones and O.G unnarsson, R ev.M od. Phys. 61, 689 (1989).
${ }^{17}$ V. I. A nisim ov, F. A ryasetiaw an, and A. I. L iechtenstein, J. Phys.: C ondens. M atter 9, 767 (1997).

18 I. V. Solovyev and K. Terakura, Phys. R ev. B 58, 15496 (1998).

19 A. N . Y aresko, V . N . A ntonov, H . E schrig, P . T halm aier, and P.Fulde, Phys. Rev. B 62, 15538 (2000).
${ }^{20}$ P.B aettig, C.E derer, and N.A.Spaldin, P hys. R ev.B 72, 214105 (2005).
${ }^{21}$ P. N ovak and J.Rusz, Phys. Rev.B 71, 184433 (2005).
${ }^{22}$ V.I.A nisim ov, J. Zaanen, and O.K.A ndersen, P hys. R ev. B 44,943 (1991).
${ }^{23}$ V . I. A nisim ov, A. I. P otaryaev, M . A . K orotin, A . O . A nokhin, and G. K otliar, J. Phys.: C ondens. M atter 9, 7359 (1997).
24 I. V . Solovyev, P. H . D ederichs, and V. I. A nisim ov, P hys.

Rev.B 50,16861 (1994).
${ }^{25}$ M .T.C zyzyk and G .A. Saw atzky, P hys.Rev.B 49, 14211 (1994).
${ }^{26}$ P. H. D ederichs, S. B hugel, R . Zeller, and H. A kai, P hys. Rev. Lett. 53, 2512 (1984).
${ }^{27}$ M . S. H ybertsen, M. Sch luter, and N.E.C hristensen, Phys. Rev.B 39, 9028 (1989).
${ }^{28}$ I. Solovyev, N. H am ada, and K. Terakura, P hys. Rev. B 53, 7158 (1996).
${ }^{29}$ W .E.P ickett, S.C.Erw in, and E.C.E thridge, P hys.Rev. B 58, 1201 (1998).
${ }^{30}$ M. C ococcioni and S. de G ironcoli, Phys. Rev. B 71, 035105 (2005).
${ }^{31}$ V.I.A nisim ov and O.G unnarsson, Phys.R ev.B 43, 7570 (1991).
${ }^{32}$ C.J. Fennie and K.M.Rabe, Phys. Rev.B 72, 214123 (2005).
${ }^{33}$ H. Saw ada, Y.M orikaw a, K. Terakura, and N. H am ada, Phys. Rev.B 56, 12154 (1997).
${ }^{34}$ S. L. D udarev, G. A. B otton, S. Y. Savrasov, C. J. H um phreys, and A.P. Sutton, Phys. Rev. B 57, 1505 (1998).
${ }^{35}$ C. Ederer and N. A. Spaldin, Phys. Rev. B 71, 224103 (2005).
${ }^{36}$ A. I. L iechtenstein, M . I. K atsnelson, and V . A . G ubanov,
J. Phys. F:M et. Phys. 14, L125 (1984).
${ }^{37}$ P.E.B lochl, Phys. Rev.B 50, 17953 (1994).
${ }^{38}$ G. K resse and J. Furthm uller, Phys. Rev. B 54, 11169 (1996).
${ }^{39}$ G. K resse and D. Joubert, P hys. Rev.B 59, 1758 (1999).
${ }^{40}$ E.W im m er, H.K rakauer, M .W einert, and A.J.Freem an, Phys. Rev.B 24, 864 (1981).
${ }^{41}$ P. B laha, K . Schw arz, P . Sorantin, and S.B.T rickey, C om put. Phys. C om m un. 59, 399 (1990).
${ }^{42}$ R. Seshadri, private com $m$ unication.
${ }^{43}$ J.B.N eaton, C.Ederer, U.V.W aghm are, N.A.Spaldin, and K.M.Rabe, Phys.Rev.B 71, 014113 (2005).
${ }^{44}$ J.B. G oodenough, $M$ agnetism and the C hem icalB ond (Interscience $P$ ublishers, $N$ ew $Y$ ork, 1963).
${ }^{45}$ P.W . A nderson, in M agnetism, edited by G.T.R ado and H. Suhl (A cadem ic P ress, 1963), vol. 1, chap. 2, pp. $25\{83$.
${ }^{46}$ D.G.W ickham and J.B.Goodenough, Phys. Rev.115, 1156 (1959).
${ }^{47}$ D. J. Singh, M. Gupta, and R.Gupta, Phys. Rev. B 65, 064432 (2002).
${ }^{48}$ K . D wight and N.M enyuk, P hys. Rev.163, 435 (1967).
${ }^{49}$ A ll values refer to $\mathrm{CoCr} \mathrm{r}_{2} \mathrm{O}_{4}$ and experim ental lattice param eters.
${ }^{50}$ C.J. Fennie, in preparation.

